OFFPRINT

P-T phase diagram of iron arsenide superconductor NdFeAsO$_{0.88}$F$_{0.12}$

ALEXANDER G. GAVRILIUK, VIKTOR V. STRUZHKIN, SERGEY G. OVCHINNIKOV, YONG YU, MAXIM M. KORSHUNOV, ANNA A. MIRONOVICH, JUNG-FU LIN and CHANGQING JIN

EPL, 100 (2012) 46005

Please visit the new website
www.epljournal.org
The Editorial Board invites you to submit your letters to EPL

EPL is a leading international journal publishing original, high-quality Letters in all areas of physics, ranging from condensed matter topics and interdisciplinary research to astrophysics, geophysics, plasma and fusion sciences, including those with application potential.

The high profile of the journal combined with the excellent scientific quality of the articles continue to ensure EPL is an essential resource for its worldwide audience. EPL offers authors global visibility and a great opportunity to share their work with others across the whole of the physics community.

Run by active scientists, for scientists

EPL is reviewed by scientists for scientists, to serve and support the international scientific community. The Editorial Board is a team of active research scientists with an expert understanding of the needs of both authors and researchers.
Six good reasons to publish with EPL

We want to work with you to help gain recognition for your high-quality work through worldwide visibility and high citations.

1. Quality – The 40+ Co-Editors, who are experts in their fields, oversee the entire peer-review process, from selection of the referees to making all final acceptance decisions

2. Impact Factor – The 2010 Impact Factor is 2.753; your work will be in the right place to be cited by your peers

3. Speed of processing – We aim to provide you with a quick and efficient service; the median time from acceptance to online publication is 30 days

4. High visibility – All articles are free to read for 30 days from online publication date

5. International reach – Over 2,000 institutions have access to EPL, enabling your work to be read by your peers in 100 countries

6. Open Access – Articles are offered open access for a one-off author payment

Details on preparing, submitting and tracking the progress of your manuscript from submission to acceptance are available on the EPL submission website www.epletters.net.

If you would like further information about our author service or EPL in general, please visit www.epljournal.org or e-mail us at info@epljournal.org.

"We've had a very positive experience with EPL, and not only on this occasion. The fact that one can identify an appropriate editor, and the editor is an active scientist in the field, makes a huge difference."

Dr. Ivar Martinv
Los Alamos National Laboratory, USA
Visit the EPL website to read the latest articles published in cutting-edge fields of research from across the whole of physics.

Each compilation is led by its own Co-Editor, who is a leading scientist in that field, and who is responsible for overseeing the review process, selecting referees and making publication decisions for every manuscript.

- Graphene
- Liquid Crystals
- High Transition Temperature Superconductors
- Quantum Information Processing & Communication
- Biological & Soft Matter Physics
- Atomic, Molecular & Optical Physics
- Bose–Einstein Condensates & Ultracold Gases
- Metamaterials, Nanostructures & Magnetic Materials
- Mathematical Methods
- Physics of Gases, Plasmas & Electric Fields
- High Energy Nuclear Physics

If you are working on research in any of these areas, the Co-Editors would be delighted to receive your submission. Articles should be submitted via the automated manuscript system at [www.epletters.net](http://www.epletters.net)

If you would like further information about our author service or EPL in general, please visit [www.epljournal.org](http://www.epljournal.org) or e-mail us at info@epljournal.org
P-T phase diagram of iron arsenide superconductor NdFeAsO$_{0.88}$F$_{0.12}$

Alexander G. Gavriliuk$^{1,2,3}$, Viktor V. Struzhkin$^1$, Sergey G. Ovchinnikov$^{4,5}$, Yong Yu$^{1,6}$, Maxim M. Korshunov$^{4,5}$, Anna A. Mironovich$^3$, Jung-Fu Lin$^6$ and Changqing Jin$^7$

1 Geophysical Laboratory, Carnegie Institution of Washington - 5251 Broad Branch Road NW, Washington DC 20015, USA
2 Institute of Crystallography, Russian Academy of Sciences - Leninsky pr. 59, Moscow 119333, Russia
3 Institute for Nuclear Research, Russian Academy of Sciences - Troitsk, Moscow 142190, Russia
4 L.V. Kirensky Institute of Physics, Siberian Branch of Russian Academy of Sciences - Krasnoyarsk 660036, Russia
5 Siberian Federal University - 79 Svobodny Prospect, Krasnoyarsk 660041, Russia
6 Department of Geological Sciences, Jackson School of Geosciences, The University of Texas at Austin Austin TX 78712-0254, USA
7 Beijing National Lab for Condensed Matter Physics, Institute of Physics, Chinese Academy of Sciences P. O. Box 603, Beijing 100190, China

received 20 August 2012; accepted in final form 6 November 2012
published online 3 December 2012

PACS 62.50.-p - High-pressure effects in solids and liquids
PACS 07.35.+k - High-pressure apparatus; shock tubes; diamond anvil cells
PACS 74.72.-h - Cuprate superconductors

Abstract – NdFeAsO$_{0.88}$F$_{0.12}$ belongs to the recently discovered family of high-$T_C$ iron-based superconductors. We have studied the influence of high pressure on transport properties of this material at low temperatures using the four-probe electrical conductivity technique in a diamond cell. Contrary to La-based compounds, we did not observe a maximum in $T_C$ under pressure. Under compression, $T_C$ drops rapidly as a linear function of pressure with the slope $k = -2.8 \pm 0.1$ K/GPa. Under decompression, the behavior is completely reversible. The extrapolated value of $T_C$ at zero pressure is about $T_C(0) = 51.7 \pm 0.4$ K. At pressures higher than $\sim 18.4$ GPa, the superconducting state disappears at all measured temperatures, although electrical resistance changes slope dramatically and shows a concave behavior. These observations may be related to the Kondo effect or to a weak localization of two-dimensional carriers at high pressures and low temperatures below $\sim 45$ K, indicating a competition mechanism with the superconducting phase. On the bases of our experimental data, we propose a tentative P-T phase diagram of NdFeAsO$_{0.88}$F$_{0.12}$.

Copyright © EPLA, 2012

Introduction. – The very sharp increase of $T_C$ in the recently discovered family of high-$T_C$ pnictide superconductors (with chemical formula RE(O$_{1-x}$F$_x$)FeAs, see refs. [1–3], where RE is the rare-earth element) over a period of a few months gave hope for producing high-$T_C$ superconducting materials suitable for practical industrial applications. One important feature of these new materials is their very good ductility, which can make the manufacturing of superconducting wires for electrical applications easier (contrary to the brittle copper oxide high-$T_C$ superconductors). Another very important advantage is the high value of the upper critical field in iron pnictides [4]. Previous studies have shown that changes in rare-earth ions or application of high pressure [2,3] have a substantial influence on the interatomic distances of the lattice. Starting from the light rare-earth element, $T_C$ increases substantially towards the substitution of Nd and Sm ions [3]. A similar behavior of $T_C$ was observed due to the compression of the lattice [2]. Such similarity is expected because these perturbations change interatomic distances. Significant theoretical and experimental efforts have been carried out to elucidate the mechanism of the superconducting (SC) pairing, in which the exchange of itinerant spin-fluctuations may play a dominant role (see reviews [5] and references therein). The order parameter symmetry in the spin-fluctuation theories for lightly and

(a)E-mail: gavriliuk@mail.ru
moderately doped materials relates to the sign-changing s-wave \((s\pm)\) [6], which has been confirmed by a number of experimental studies [5]. This is quite different from the \(d\)-wave cuprate superconductors in which the spin pairing mechanism remains mysterious. A variety of working models have been proposed including antiferromagnetic fluctuations as described in the framework of the \(t-J\)-type models. A conclusive explanation of the pairing mechanism in cuprates has yet to be presented, however. An interesting idea linking both classes of superconductors was outlined in a recent review by Grant [7] that states that cuprates and pnictides exhibit dual-system behaviors which share common features of the correlated electron system with the cuprates being a strongly correlated system and the iron pnictides being more itinerant. Therefore, understanding the nature of superconductivity in iron pnictides would shed new light on uncovering the mystery of the high-\(T_C\) cuprates.

The structure of \(\text{NdFeAsO}_{0.88}\text{F}_{0.12}\) is \(P4/nmm\), similar to other materials in this family [1,3,8]. Like cuprates, pnictides exhibit a layered structure. \(\text{NdFeAsO}_{0.88}\text{F}_{0.12}\) has \(Nd\)-O layers in which a small fraction of oxygen ions are substituted by F ions to induce carriers in the conducting Fe-As layers. It has been shown [3] that oxygen vacancies in \(Nd\)-O layers can also serve as a source of electrons instead of having to add fluorine. Fe-As conducting layers are crimped contrary to the nearly planar Cu-O layers in cuprates. Nevertheless, some experiments have established similarities between pnictides and cuprates [9,10]. For example, a similar 3D \(\rightarrow\) 2D crossover behavior was found in the vortex structure [10]. While it is widely believed that superconductivity occurs in the Fe-As layer that is common to all iron pnictides, it remains unclear as to why \(T_C\) varies so much in various pnictide systems (e.g., 1111, 1122, and 1111) or even within one family.

Several early systematic structure studies [11] suggested that structural parameters, such as the Fe-As-Fe bond angle or the As height \((h_{\text{As}})\) above the Fe square lattice, may play a significant role in the \(T_C\) variation. First principles DFT (density functional theories) [12] and spin-fluctuation calculations [13] confirmed the important role of the structural parameter \(h_{\text{As}}\) in the superconducting state. These types of theoretical approaches are used to understand how the variation of \(h_{\text{As}}\) affects \(T_C\). In real materials, however, the As height is not a free parameter and can be significantly influenced by changing the chemical composition. One of the better ways to study the dependence of \(T_C\) on the structure is to apply external pressure on one particular material. The 1111 family of pnictides has shown to be especially promising in this respect because it contains only one Fe-As layer per unit cell and thus is a simpler case than other systems such as the 122 system. A number of high-pressure studies have been carried out on this family [14,15]. Optimally doped Nd-based pnictide has a high \(T_C\) among the members of its family. \(\text{NdFeAsO}_{0.88}\text{F}_{0.12}\) thus represents an interesting case for understanding the high \(P-T\) phase diagram of the system.

Experimenta l procedure. – High-pressure–low-temperature resistivity measurements were carried out with the superconductor \(\text{NdFeAsO}_{0.88}\text{F}_{0.12}\) in a diamond anvil cell. We used a miniature nonmagnetic cell [16] specially designed for measurements at low temperatures and under hydrostatic conditions [17]. We used an insulating gasket made of a mixture of cubic boron nitride with epoxy [18]. Sodium chloride was used as a pressure medium.

The pressure was measured through the ruby fluorescence technique. Several ruby chips with dimensions of about 1 \(\mu\)m were placed into the cell along with the sample at various locations in the sample chamber in order to evaluate pressure gradients in the chamber; measured pressure gradients were typically less than 2 GPa at all experimental pressures. In fig. 1 we show an image of the \(\text{NdFeAsO}_{0.88}\text{F}_{0.12}\) sample in a diamond anvil cell [16]. Four platinum foil leads with an initial thickness of about 1 micron and a width of about 10–15 microns were used for the 4-probe measurements.

Results and discussion. – In fig. 2 we show temperature-dependent resistances measured by the four-probe method at high pressures during compression (fig. 2(a)) and decompression (fig. 2(b)). The resistance has been normalized to \(R_{\text{min}}\), the resistance at the minimum point in the \(R(T)\) dependence. In fig. 3 we show the pressure dependence of \(T_C\). The \(T_C\) values were determined from the onset of the superconducting transition in the \(R(T)\) dependence curves at different pressure points. The dependence is linear and can be
extrapolated to about 18.4 GPa where \( T_C \) is zero:

\[
T_C = T_C(0) + k \cdot P
\]  

(1)

where \( T_C(0) = 51.7 \pm 0.4 \) K, and \( k = -2.8 \pm 0.1 \) K/GPa.

Below \( T \sim 45 \) K, the resistance curve changes slope and reveals a concave behavior with decreasing temperature. Such concave behavior before the transition into a superconducting state has been found in several pnictides [3,9,15,20], which usually results from a partial dielectrization due to the formation of the spin-density wave (SDW) state. Nevertheless, in our case there is no evidence for the presence of the SDW state at ambient pressure. Another reason for the steep increase of the resistance may be due to the Kondo effect, which has been discussed recently for NdFeAsO\(_{0.7}\)F\(_{0.3}\) single crystals irradiated by \( \alpha \)-particles [21]. Our samples belong to the same Nd-1111 family with a smaller F concentration. An additional possible explanation of the resistance change may be a result of the weak localization due to the scattering on the statically and randomly distributed impurities [22]. These possibilities are discussed in details below.

In fig. 4 we show the temperature dependence of the resistance measured at different pressures in the form

\[
R/R_{\min} = A - B \ln T
\]  

(2)

with \( A = 1.15, B = 0.043 \), and \( T \) being the temperature in kelvins. Note that the behavior of \( T_C \) and \( R(T) \) is completely reversible in decompression.

The superconducting transition temperature \( T_C \) in the Nd-based sample decreases under compression following the linear pressure dependence. The extrapolated pressure corresponding to \( T_C = 0 \) is about 18.4 GPa. Several unusual features were observed in the pressure-induced
The results of these studies are shown in the inset of fig. 3, based on pnictides with different oxygen deficiency [15,19,24]. Experiments have been conducted by other groups on Nd-based pnictides [15,19,24]. The solid green triangle-up represents the onset of the spin-density wave in pure LaOFeAs at ambient pressure (from ref. [23]). The solid red triangle-down represents the $T_C$ at ambient pressure from ref. [3].

behavior of NdFeAsO$_{0.88}$F$_{0.12}$. The first one is the extremely rapid drop of $T_C$ under pressure (fig. 3). The pressure slope of $T_C$ is equal to $-2.8 \pm 0.1$ K/GPa. Similar experiments have been conducted by other groups on Nd-based pnictides with different oxygen deficiency [15,19,24]. The results of these studies are shown in the inset of fig. 3, together with our data for comparison. It is clearly seen that our samples demonstrate the maximal slope of the $T_C$ decrease under pressure. The second unusual feature is the observed anomaly in the temperature behavior of resistance before the transition into the SC state.

As to the significant increase in the resistance with decreasing temperature, one of the possible explanations can be related to the Kondo effect [3]. Magnetic impurities are inevitably present in most transition metal compounds, e.g., other rare-earth elements admixed to Nd. The $R(T)$ minimum at $T = T_{min}$ is known to result from a competition of two contributions in the bulk resistivity [21,25]

$$\rho = \rho_v + c_m a \ln(\mu/T) + bT^5,$$

where $\rho_v$ is the residual resistivity. The second term of the equation reflects the Kondo-effect contribution depending on the concentration of magnetic impurities $c_m$ and the chemical potential $\mu$, while the last term stems from the electron-phonon scattering at low temperatures. $a$ and $b$ in the equation are phenomenological parameters.

Minimization of eq. (3) results in

$$T_{min} = (c_m a/5b)^{1/5}$$

The weak (power) dependence of $T_{min}$ on material parameters $c_m$, $a$, and $b$ explains the weak dependence of the $T_{min}$ on pressure in the phase diagram (fig. 5). The parameter $a$ is related to the Kondo temperature $T_K$ as [25]

$$a \sim 1/(\mu/T_K)$$

The success of the linear fit (2) in the experimental temperature range $T = 2.8 - 45$ K proves that $T_K < T$. Our estimations give $T_K < 10^{-1} - 10^{-2}$ K.

An additional mechanism that may result in the resistance turn-up and $\ln T$ dependence for two-dimensional carriers is related to the quantum corrections to the conductivity in dirty metals [22]. The quasi-two-dimensional character of carriers is an essential property of pnictides. Here we do not have enough information to determine whether the Kondo effect or the weak localization scenario plays a major role in the system. Nevertheless, both effects can result in the partial localization of the carriers below $T_{min}$.

**Summary.** – In summary, we have investigated high-pressure effects on the properties of NdFeAsO$_{0.88}$F$_{0.12}$ high-$T_C$ superconductor at low temperatures. The critical temperature $T_C$ drops linearly with the slope of $-2.8 \pm 0.1$ K/GPa. The extrapolated value of $T_C$ at zero pressure is equal to $51.7 \pm 0.4$ K, close to the ambient pressure value. We suggest that at pressures higher than $\sim 18.4$ GPa the superconducting state is destabilized at all temperatures. Before the transition into the superconducting state there is an evidence of the transition into the unusual state with partial electron localization. Based on these findings, we have presented a new $P$-$T$ phase diagram of the high-$T_C$ superconductor NdFeAsO$_{0.88}$F$_{0.12}$.

***

This work is supported by DOE (grant No. DE-FG02-02ER45955), by the Russian Foundation for Basic Research (grants 11-02-00291-a, 11-02-00636-a, 12-02-90410_Ukr-a, 12-02-31534-a), by the RAS Program “Strongly correlated electronic systems”, by the Russian Ministry of Science (grants 01.164.12.HB11, 16.518.11.7021), Presidium of RAS programs “Quantum physics of condensed matter” project 20.7 and “Matter at high density of energy” project 2.16, FCP Scientific and Research-and-Educational Personnel of Innovative Russia for 2009-2013 (GK 2011-1.3.1-121-018 and GK 16.740.12.0731). Work at UT Austin is supported by Energy Frontier Research in Extreme Environments (EFree) and the Carnegie/DOE Alliance Center (CDAC). SGO and MMK were partially supported by the Leading scientific schools of Russia (NSh 1044-2012.2). MMK acknowledges support from the Dynasty Foundation and ICFPM.

46005-p4
REFERENCES